SUPPORTING INFORMATION

Study of the Partial Substitution of Pb by Sn in Cs-Pb-Sn-Br Nanoparticles Owing to Obtain Stable Nanoparticles with Excellent Optical Properties

Ana Beatriz Ferreira Vitoreti,1,2,3 Said Agouram,4 Mauricio Solis de la Fuente,5 Vicente Munoz-Sanjose,4 Marco Antônio Schiavon,2 Ivan Mora-Seró1

1 Institute of Advanced Materials (INAM), Universitat Jaume I, 12006 Castelló, Spain.
2 Department of Natural Science, Federal University of São João del-Rei, 36301-160 São João del-Rei, Brazil.
3 CAPES Foundation, Ministry of Education of Brazil, Brasília, 70040-020, Brazil.
4 Department of Applied Physics and Electromagnetism, University of Valencia, 46100 Valencia, Spain.
5 Lawrence Berkeley National Laboratory, Energy Technologies Area 1 Cyclotron Rd., 94720, California, United States of America.

Figure S1: Crystalline structure of (a) CsPbBr$_3$ cubic phase and (b) Cs$_4$PbBr$_6$ tetragonal phase.
S1 Analysis of the results with other synthesis conditions than the ones reported in the main text

Preparation of CsPbBr$_3$ by Kovalenko’s Method

Cesium-oleate solution was prepared according to the approach reported by Kovalenko and coworkers.$^1$ In brief, 0.4 g of Cs$_2$CO$_3$, 1.2 mL of OA and 15 mL of ODE were loaded in a three-neck flask and degassed under vacuum at 120 °C for 1 h, followed by heating at 150 °C under N$_2$ atmosphere until all Cs$_2$CO$_3$ reacted with OA.

CsPbBr$_3$ nanocrystals was prepared using 0.069 g of PbBr$_2$ and 5 mL of ODE were loaded in three-neck flask and dried under vacuum for 1 h at 120 °C. 0.5 mL of dried OLEA and 0.5 mL of dried OA were injected at 120 °C under N$_2$. After the complete dissolution of PbBr$_2$, the temperature was increased to 150 °C. Finally, 0.4 mL of hot Cs-oleate solution was quickly injected and the reaction mixture was cooled by ice-bath after 5 seconds.

Preparation of Cs-Pb-Sn-Br Nanocrystals – Kovalenko’s Method + Sn

Based on Kovalenko’s Method, we adapted this procedure to Sn incorporation on CsPbBr$_3$ NPs. Briefly, 0.069 g of PbBr$_2$ and 0.131 g of SnBr$_2$ (molar ratio Pb:Sn = 1:2.5) were mixed with 5 mL of ODE and 1 mL of TOP in a three-neck flask and dried under vacuum for 1 h at 120 °C. 0.5 mL of dried OLEA and 0.5 mL of dried OA were injected at 120 °C under N$_2$. After the complete dissolution of PbBr$_2$ and SnBr$_2$, the temperature was at 150 °C. Then, 0.4 mL of hot (150 °C) Cs-oleate solution was quickly injected and the reaction mixture was cooled by ice-bath after 5 seconds.

Preparation of Cs-Pb-Sn-Br Nanocrystals – Kovalenko’s Method (modified) + Sn

We did some modifications on the procedure above mentioned. We kept the amounts of PbBr$_2$, SnBr$_2$, TOP, and ODE equals the previous method. The main difference was that we added more amounts of OA and OLEA, that is; before we added 0.5 mL each one and now we used 2.0 mL each one. Then, 0.4 mL of hot (150 °C) Cs-oleate solution was quickly injected and the reaction mixture was cooled by ice-bath after 5 seconds.

Cleaning Nanocrystals

Cs-Pb-Br and Cs-Pb-Sn-Br NPs were extracted from the crude solution after synthesis by centrifugation at 4700 rpm for 10 min and the colored supernatant was discarded. Then, 1 mL of hexane was added, and the NPs were dispersed by shaking. Then, the suspension was centrifuged at 4000 rpm for 3 min to precipitate the larger NPs and agglomerates that were discarded. In the supernatant there were only the NPs dispersed in hexane.

Supporting Figures and Tables

The main differences between the methods previously reported in the literature and the one here reported are the ratios among the precursors and the ligands, as it can be visualized in Table S1 in the Supporting Information. The samples that were done at high-moderate synthesis temperature (150 °C), following the method here presented, showed two kind of nanoparticles matching tetragonal Cs$_4$PbBr$_6$ structure (ICDS 162158) and cubic perovskite CsPbBr$_3$ structure (ICDS 109295) as visualized in Figure S2a, and these both compounds can coexist from 150 °C to 350 °C.$^2$
Table S1: Experimental details and parameters of different synthesis method: Kovalenko’s method and our method with and without Sn-replacing.

| Methods                          | Kovalenko’s Method | Our Method | Kovalenko’s Method + Sn | Our Method + Sn |
|----------------------------------|--------------------|------------|-------------------------|-----------------|
| [Pb] / mmol                      | 0.188              | 0.166      | 0.188                   | 0.166           |
| Pb:Sn                            | 1:0                | 1:0        | 1:2.5                   | 1:2.5           |
| Cs-oleate / ml                   | 0.4                | 0.6        | 0.4                     | 0.6             |
| OLEA – OA / ml                   | 0.5 – 0.5          | 2 – 2      | 0.5 – 0.5               | 2 – 2           |
| [Cs] : [Pb] (Pb+Sn)              | 1 : 8              | 1 : 2.8    | 1 : 28                  | 1 : 9.8         |
| [Pb] (Pb+Sn) : [OA]              | 1 : 8.4            | 1 : 12.4   | 1 : 2.4                 | 1 : 3.5         |
| [Pb] (Pb+Sn) : [OLEA]            | 1 : 8.1            | 1 : 12     | 1 : 2.3                 | 1 : 3.4         |
| Temperature / °C                 | 150                | 150        | 150                     | 150             |
| Time / sec                       | 5                  | 5          | 5                       | 5               |
| PL / nm                          | 507                | 513        | 456                     | 503             |
| Bandgap / eV                     | 2.39               | ^          | ^                       | 2.43            |
| Stokes Shift                     | 12 nm / 59.3 meV   | ^          | ^                       | 10 nm / 50.0 meV|
| PLQY / %                         | 40.9               | 7.3        | 0.4                     | 73.4            |
| FWHM                             | 21.2               | 22.0       | 49.1                    | 21.2            |

# = CsPbBr3 (ICDS 109295) and * = Cs4PbBr6 (ICDS 162158). For the Pb:Sn 1:0 sample the absorption band edge was not easy to determine from the experimental results and consequently the bandgap and the Stokes Shift cannot be calculated without a big error.

Figure S2: Comparative among different synthesis method: Kovalenko’s method and our method with and without Sn-replaced. (a) X-ray diffractograms and (b) Absorption and PL emission spectra.

NPs obtained following the standard Kovalenko’s synthesis are only cubic perovskite phase nanocrystals (ICDS 109295), with green emission at 503 nm, as it was expected. Nevertheless see the discussion in the main text about the cubic and orthorhombic phases of CsPbBr3 perovskite NPs. When compared both methodologies, we worked under Cs-rich reaction
conditions and under these conditions, the Cs$_4$PbBr$_6$ nanocrystals are favored. In the literature there are different points of view about the optical properties of Cs$_4$PbBr$_6$ and the main controversial point is if this material has or not a strong PL emission. In our case, the samples showed a green emission (around 513 nm), but this emission was not a strong emission (see in Figure S2). On the other hand, we could not determine in this case if this emission is from pure Cs$_4$PbBr$_6$ or CsPbBr$_3$ coexisting compounds (see Figure S1 for more details of the different crystalline structure), as mentioned above. However, the low PLQY could be justified by the presence of Cs$_4$PbBr$_6$ NPs in the samples whose crystalline phase was dominant. This hypothesis is confirmed by the low PLQY observed for synthesis where just Cs$_4$PbBr$_6$ NPs where obtained, see below.

The NPs with mixed-cation Pb and Sn were prepared modifying the literature methods. When Sn is introduced to partially replace Pb, the replacing precursors were introduced together with the Pb precursors, at the beginning of the reaction. In Kovalenko’s synthesis with Sn-replacing, the Pb is greatly substituted by Sn, characterized by a strong blue-shift (with a PL maxima from 507 nm for Sn-free to 456 nm when Sn is introduced, see Figure S2b). Initially, a cubic CsPbBr$_3$, perovskite is formed, but some PbBr$_2$ is extracted from CsPbBr$_3$ to Sn-replacing inside the CsPbBr$_3$, forming CsPb$_{1-x}$Sn$_x$Br$_3$. This PbBr$_2$ extraction from CsPbBr$_3$ perovskite resulted in Cs$_4$PbBr$_6$ NPs, as Manna reported. On the other hand, in our replaced method, we have more ligands (OA and OLEA) and in this case, the precursors keep less available, resulting in a high difficulty to create a rich-PbBr$_2$ condition. However, we keep using higher Cs concentration than Kovalenko’s replaced method, which makes the Cs$_4$PbBr$_6$ phase also appears (Figure S2a), but in a less extension. The replacement of Pb by Sn using our method produces just a slight blue-shift of the PL maxima (from 513 nm to 503 nm), see Figure S2b, indicating a lower incorporation of Sn in substitution of Pb.

![Figure S3: Pictures of different synthesis method: Kovalenko’s method and our method with and without Sn-replacing. (a) Under ambient light and (b) under UV light.](image)

By comparing both methods of Sn-replacing, the one based on the standard method produces a higher Sn incorporation as detected by the stronger blue-shift, but resulting in a weak PL emission, and a Photoluminescence Quantum Yield (PLQY) of 0.4%, significantly lower than the 73.4% PLQY obtained for samples produced with the modified method reported here. This huge difference in the sample properties highlight the strong effect that ligands play in
formation and stabilization of NPs, as the ligand concentration is one of the main differences between both synthesis methods. Because of that, we have performed a new small modification in Kovalenko synthesis with Sn-replacing (for details see Table S2), adding more amounts of ligands, equal to our method (from 0.5 ml to 2 ml). From this modification, the dominant NPs changes to CsPbBr₃ perovskite cubic phase (see Figure S4), showing a much higher PLQY of 56.8%, which is lower than the one obtained with the new method reported here, but increasing significantly the PLQY of the Kovalenko method with lower ligand concentration, that was 0.4% (see Figure S4 and S5).

Table S2: Experimental details and parameters of different synthesis method: Kovalenko method, Kovalenko modified method and our method with Sn-replacing.

| Method               | Our Method + Sn | Kovalenko’s Method + Sn | Kovalenko’s Method + Sn (modified) |
|----------------------|-----------------|-------------------------|-----------------------------------|
| [Pb] / mmol          | 0.166           | 0.188                   | 0.188                             |
| Pb : Sn              | 1 : 2.5         | 1 : 2.5                 | 1 : 2.5                           |
| Cs-oleate / ml       | 0.6             | 0.4                     | 0.4                               |
| OLEA – OA / ml       | 2 – 2           | 0.5 – 0.5               | 2 – 2                             |
| Temperature / °C     | 150             | 150                     | 150                               |
| Time / sec           | 5               | 5                       | 5                                 |
| PL / nm              | 503             | 456                     | 500                               |
| Bandgap / eV         | 2.43            | ^                       | 2.44                              |
| Stokes Shift / nm / meV | 10 / 50.0 meV | ^                       | 5 / 25.0 meV                      |
| PLQY / %             | 73.4            | 0.4                     | 56.8                              |
| FWHM                 | 21.2            | 49.1                    | 30.8                              |
| Phase                | # / *           | # / *                   | # / *                             |

# = CsPbBr₃ cubic phase (ICDS 109295) and * = Cs₄PbBr₆ tetragonal phase (ICDS 162158)

^ For the Pb:Sn 1:0 sample the absorption band edge was not easy to determine from the experimental results and consequently the bandgap and the Stokes Shift cannot be calculated without a big error.

Figure S4: Different synthesis method: Kovalenko’s method, Kovalenko’s modified method and our method with Sn-replacing. (a) X-ray diffractograms and (b) Absorption and PL emission spectra.
Figure S5: Pictures of different synthesis method: Kovalenko’s method, Kovalenko’s modified method and our method with Sn-replacing. (a) Under ambient light and (b) under UV light.

Figure S6: Size distribution of samples with different synthesis temperature. (a) 130 °C, (b) 150 °C and (c) 170 °C.

Figure S7: TEM images of Cs-Pb-Sn-Br perovskite nanocrystals synthesized at 130°C reaction temperature. In percentage the Sn amount measured from EDX. (a) Big and small trapezoidal NPs, (b) big particles, (c) more representative particles, and (d) small particles.
Table S3: Average a-lattice parameter obtained from the interplane distance obtained from HRTEM. The distances have been measured in cubic-shaped NPs, at least in 5 different points. Reference values extracted from Joint Committee on Powder Diffraction Standards (JCPDS) data are also indicated for comparison. Both CsPbBr$_3$ and CsSnBr$_3$ compounds have cubic structure and the lattice parameter of CsSnBr$_3$ is higher than that of CsPbBr$_3$, so an increase in a-lattice parameter of CsPbBr$_3$ is probable when Pb is substituted by Sn. In fact, this is the trend observed for samples in which Sn has been detected (T=130 and 150°C) that present a larger a parameter than sample without Sn, pointing to an incorporation of Sn into the CsPbBr$_3$ crystalline structure. We observe an a-lattice parameter closer to CsSnBr$_3$ than to CsPbBr$_3$. However EDX and XPS measurements points that the NPs are mainly formed by Pb.

| T (°C) | a-lattice parameter (Å) | Sn % |
|--------|-------------------------|------|
| 130    | 5.82 ± 0.03             | 18.8 |
| 150    | 5.83 ± 0.04             | 7    |
| 170    | 5.80 ± 0.03             | 0    |
| CsPbBr$_3$ JCPDS: 01-075-0412 | 5.60 | 0 |
| CsSnBr$_3$ JCPDS: 022-0199   | 5.82 | 100 |

Figure S8: Comparative among different molar ratio (Pb:Sn) synthesis. (a-d) TEM images of Cs-Pb-Sn-Br NPs with different molar ratio synthesis (Pb:Sn): 1:0, 1:1, 1:2.5 and 1:5, respectively. The insert are the HRTEM images.
Figure S9: Size distribution of samples with molar ratio (Pb:Sn). (a) 1:0, (b) 1:1, (c) 1:2.5 and (d) 1:5.

Figure S10: Comparative among different Br concentration synthesis. (a) Absorption and PL emission spectra, (b) X-ray diffractograms and (c-e) TEM images of Cs-Pb-Sn-Br perovskite NPs with different Br concentration synthesis: [Br] = 0.032 molL\(^{-1}\) – Pb:Sn = 1:0, [Br] = 0.112 molL\(^{-1}\) – Pb:Sn = 1:2.5 and [Br] = 0.112 molL\(^{-1}\) – Pb:Sn = 3.5:0, respectively. The insert are the HRTEM images.
Table S4: Experimental details and parameters of synthesis with different time reaction.

|                  | 5 sec      | 30 sec     |
|------------------|------------|------------|
| Pb:Sn (molar ratio) | 1:2.5      | 1:2.5      |
| Temperature / °C  | 150        | 150        |
| PL / nm           | 503        | 500        |
| Bandgap / eV      | 2.43       | 2.44       |
| PLQY / %          | 73.4       | 64.7       |
| Stokes Shift      | 10 nm / 50.0 meV | 15 nm / 76.7 meV |
| FWHM              | 21.2       | 24.2       |
| Phase             | * / #      | #          |
| Size / nm         | 6.18 ± 0.48 | 10.29 ± 1.61 |
| Sn / % from EDX   | 7±2        | 0          |

# = CsPbBr₃ (ICDS 109295) and * = Cs₄PbBr₆ (ICDS 162158)

Figure S11: (a-b) TEM images of CsPb₁₋ₓSnₓBr₃ perovskite nanocrystals with time reaction: t = 5 sec and t = 30 sec, respectively. The insert are the HRTEM images.

Figure S12: Size distribution of samples with different time reaction in (a) 5 sec and (b) 30 sec.
Figure S13: High resolution XPS spectra of (a) Pb, (b) Cs, and (c) Br.

Table S5: Fitted binding energies of the main XPS core levels

| Element | 3d_{5/2}  | 3d_{3/2}  | 4f_{7/2} | 4f_{5/2} | 1s     |
|---------|-----------|-----------|----------|----------|--------|
| Cs      | 723.18 eV | 737.08 eV |          |          |        |
| Pb      | 137.08 eV | 137.08 eV | 141.88 eV|          |        |
| Sn      | 485.7 eV  | 495.8 eV  |          |          |        |
| Br      | 187.18 eV |          |          |          |        |

References

(1) Protesescu, L.; Yakunin, S.; Bodnarchuk, M. I.; Krieg, F.; Caputo, R.; Hendon, C. H.; Yang, R. X.; Walsh, A.; Kovalenko, M. V. Nanocrystals of Cesium Lead Halide Perovskites (CsPbX3, X = Cl, Br, and I): Novel Optoelectronic Materials Showing Bright Emission with Wide Color Gamut. *Nano Lett.* 2015, 15, 3692-3696.

(2) Palazon, F.; Urso, C.; De Trizio, L.; Akkerman, Q.; Marras, S.; Locardi, F.; Nelli, I.; Ferretti, M.; Prato, M.; Manna, L. Postsynthesis Transformation of Insulating Cs4PbBr6 Nanocrystals into Bright Perovskite CsPbBr3 through Physical and Chemical Extraction of CsBr. *ACS Energy Letters* 2017, 2, 2445-2448.

(3) Protesescu, L.; Yakunin, S.; Bodnarchuk, M. I.; Krieg, F.; Caputo, R.; Hendon, C. H.; Yang, R. X.; Walsh, A.; Kovalenko, M. V. Nanocrystals of Cesium Lead Halide Perovskites (CsPbX3, X = Cl, Br, and I): Novel Optoelectronic Materials Showing Bright Emission with Wide Color Gamut. *Nano Lett.* 2015, 15, 3692-6.

(4) Schmidt, L. C.; Pertegas, A.; Gonzalez-Carrero, S.; Malinkiewicz, O.; Agouram, S.; Mínguez Espallargas, G.; Bolink, H. J.; Galian, R. E.; Perez-Prieto, J. Nontemplate synthesis of CH3NH3PbBr3 perovskite nanoparticles. *J Am Chem Soc* 2014, 136, 850-3.

(5) Liu, Z.; Bekenstein, Y.; Ye, X.; Nguyen, S. C.; Swabeck, J.; Zhang, D.; Lee, S. T.; Yang, P.; Ma, W.; Alivisatos, A. P. Ligand Mediated Transformation of Cesium Lead Bromide Perovskite Nanocrystals to Lead Depleted Cs4PbBr6 Nanocrystals. *J Am Chem Soc* 2017, 139, 5309-5312.

(6) Seth, S.; Samanta, A. Fluorescent Phase-Pure Zero-Dimensional Perovskite-Related Cs4PbBr6 Microdisks: Synthesis and Single-Particle Imaging Study. *J Phys Chem Lett* 2017, 8, 4461-4467.

(7) Akkerman, Q. A.; Park, S.; Radicchi, E.; Nunzi, F.; Mosconi, E.; De Angelis, F.; Brescia, R.; Rastogi, P.; Prato, M.; Manna, L. Nearly Monodisperse Insulator Cs4PbX6 (X = Cl, Br, I) Nanocrystals, Their Mixed Halide Compositions, and Their Transformation into CsPbX3 Nanocrystals. *Nano Lett.* 2017, 17, 1924-1930.
(8) Yin, J.; Zhang, Y.; Bruno, A.; Soci, C.; Bakr, O. M.; Brédas, J.-L.; Mohammed, O. F. Intrinsic Lead Ion Emissions in Zero-Dimensional Cs4PbBr6 Nanocrystals. ACS Energy Letters 2017, 2, 2805-2811.

(9) Saidaminov, M. I.; Almutlaq, J.; Sarmah, S.; Dursun, I.; Zhumekenov, A. A.; Begum, R.; Pan, J.; Cho, N.; Mohammed, O. F.; Bakr, O. M. Pure Cs4PbBr6: Highly Luminescent Zero-Dimensional Perovskite Solids. ACS Energy Letters 2016, 1, 840-845.

(10) Liu, H.; Wu, Z.; Shao, J.; Yao, D.; Gao, H.; Liu, Y.; Yu, W.; Zhang, H.; Yang, B. CsPbxMn1-xCl3 Perovskite Quantum Dots with High Mn Substitution Ratio. ACS Nano 2017, 11, 2239-2247.

(11) Liu, W.; Lin, Q.; Li, H.; Wu, K.; Robel, I.; Pietryga, J. M.; Klimov, V. I. Mn(2+)-Doped Lead Halide Perovskite Nanocrystals with Dual-Color Emission Controlled by Halide Content. J Am Chem Soc 2016, 138, 14954-14961.

(12) Koolyk, M.; Amgar, D.; Aharon, S.; Etgar, L. Kinetics of cesium lead halide perovskite nanoparticle growth; focusing and de-focusing of size distribution. Nanoscale 2016, 8, 6403-9.

(13) Fu, P.; Shan, Q.; Shang, Y.; Song, J.; Zeng, H.; Ning, Z.; Gong, J. Perovskite nanocrystals: synthesis, properties and applications. Science Bulletin 2017, 62, 369-380.